, the sum total iron content measured from TGA/EDX of dissolved and residual materials from purification can be calculated as 10.7 wt. % of the initial SWCNTs, close to the known value of 7.5 wt. % for as received SWCNTs demonstrating the validity of this test.
ESI 11. TGA of as-received and purified Elicarb before and after, reductive functionalisation with 1-iodododecane. Nanotubes purified using 20:1 ESI 12. Chirality and diameter distributions of Elicarb SWCNTs (PR929, batch 108511/g). Nanotubes were probe sonicated in DOC (1 wt%) in D 2 O (~1 mg mL -1 ) and centrifuged at 42,000 g for 45 min. Measurements were taken with a Model NS1 NanoSpectralyzer (Applied NanoFluorescene, LLC) with data fitted to a preinstalled HiPco model.
